Modeling dependence of creep recovery behavior on relaxation time distribution of ageing colloidal suspensions

Yogesh M. Joshi
Department of Chemical Engineering,
Indian Institute of Technology – Kanpur,
Kanpur 208016, INDIA.

E-Mail: joshi@iitk.ac.in, Tel: 0091 512 259 7993, Fax: 0091 512 259 0104

§ Dedicated to Prof. Jyeshtaraj B. Joshi on the occasion of his 60th Birthday

ABSTRACT

A scaling model is developed to correlate relaxation time distribution of soft glassy materials to ultimate recovery. We propose that in the limit of creep-recovery time smaller than age, time translational invariance can be applied to ageing soft materials. In such limit, multimode linear viscoelastic model with Spriggs relaxation spectrum predicts enhancement in the ultimate recovery with broadening of the relaxation time distribution. We analyze these results in the context of creep-recovery behavior of aqueous suspension of laponite with varying concentration of salt.
I. INTRODUCTION

Highly viscous, thixotropic pasty materials form the important constituents used in the chemical industry. These include concentrated suspensions, concentrated emulsions and paints, inks, industrial slurries, pharmaceutical and cosmetic creams, waxy derivatives of petroleum industry, etc. By virtue of very high viscosity, most of the above mentioned materials do not reach equilibrium over the practical time scales. While understanding rheological behavior of these materials is very important from the processing point of view, a very complex microstructure and strong history dependence often pose significant problems in analyzing these materials. In addition, time and deformation field dependent evolution of the microstructure often make it difficult to relate the rheological behavior to the micro-structural details. In this paper we have presented a qualitative model to relate creep-recovery behavior of thixotropic soft solids of aqueous suspension of laponite observed by Reddy and Joshi to its relaxation time distribution.

Above mentioned highly viscous thixotropic soft materials are commonly known as soft glassy materials. In these materials, translational diffusion above a certain length scale is highly constrained due to physical jamming of the structure at that length scale. This restricts the jammed entity to span only a part of the available phase space and hence fall out of equilibrium. Every material has a natural tendency to attain equilibrium. For soft glassy materials, even though there may not be a global energy minimum, evolution of the microstructure progressively lowers the energy of various jammed particles with respect to time. This phenomenon is generally known as ageing. Although the ageing dynamics is strongly dependent on the microstructure of the material, every jammed particle, which has energetic interactions with its surrounding constituents, can be considered to be confined to a cage-like environment. The cumulative energetic interactions of an arrested particle can be represented by energy well. Usually there exists a distribution of the energy well depths, by virtue of which there exists a distribution of relaxation times. The ageing dynamics causes lowering of
the well depths that leads to slowing down of the relaxation process with the age (waiting time) of the system.

Traditionally various optical techniques have been employed to characterize the soft materials.\textsuperscript{13-33} The major advantage of the same is the information they give about the relevant time scales, its distribution and the dominating length scales in the material without physically disturbing the same.\textsuperscript{13, 17, 26, 29} Rheological study is important to carry out effective processing of such materials. Rheological characterization also gives significant physical insight with regard to the structure of the soft materials.\textsuperscript{8, 34-37} However, it is an intrusive technique and hence disturbs the material. Generally it is observed that structural evolution (aging) under flow is slower compared to that under “no flow” conditions.\textsuperscript{38-41} The corresponding structural evolution as represented by the dependence of dominating relaxation time scale on age (waiting time) can be estimated by carrying out systematic rheological experiments at different ages and by shifting the data appropriately to yield a master curve.\textsuperscript{8, 38, 39, 42, 43} However, compared to optical characterization, there are fewer reports in the literature that study the relevant time scales, its distribution and the dominating length scales in the soft glassy materials using rheological tools.

In this work, we have developed a simple scaling model to qualitatively correlate creep recovery behavior of soft glassy materials to their relaxation time distribution. We discuss the results in the context of creep recovery behavior of aqueous suspension of laponite with varying concentration of salt reported by our group.\textsuperscript{8} In order to understand various issues associated with the physical and rheological behavior of aqueous suspension of laponite, we discuss the same briefly in the next section.

II. SYSTEM

Laponite, smectite hectorite clay, is composed of disc shaped nano-particles having 25 nm diameter with 1 nm of layer thickness.\textsuperscript{20} Due to isomorphic substitution within the layer, the face of a laponite disc is negatively charged. The edge of the laponite disc is composed of hydrous oxides and is positive or negative depending upon pH of the system.\textsuperscript{44} At pH 10, an electrostatic screening length
associated with the face is 30 nm, however there is no consensus regarding the nature of the edge charge at this pH. The magnitude of the edge charge is weaker than that of a face. This leads to strong repulsion among the laponite particles causing ergodicity breaking at the low concentration of laponite. However, the possibility of the edge-to-face attractive interactions can not be ruled out in the overall repulsive environment. Addition of sodium chloride increases the concentration of Na\textsuperscript{+} ions that screen the negative charges on the face enhancing attraction among the particles. It is generally observed that the microstructure gets progressively less homogeneous with addition of salt. Thus the microstructure gets strongly affected by the concentration of salt. The phase behavior of laponite suspension with respect to concentration of laponite and that of the salt is extensively debated in the literature, and has lead to different proposals for the phase behavior.

Recently, in a series of papers, our group has published detailed study of the rheological behavior of aqueous suspension of laponite at varying concentration of salt. It was observed that the elastic modulus of this system is a strong function of salt concentration and is known to increase with the waiting time (age). Joshi and coworkers carried out systematic creep experiments at predetermined value of elastic modulus and waiting time. Although, the modulus at which the creep experiments were carried out was same; interestingly, the system with less concentration of salt showed more recovery [refer to figure 3 of Reddy and Joshi]. This behavior was observed irrespective of the value of modulus. In this work we analyze this behavior by developing a model to qualitatively correlate structure and dynamics of aqueous suspension of laponite with varying concentration of salt.

III. MODEL

Joshi and coworkers observed that soon after mixing laponite in ultra-pure water, system enters a non-ergodic state. All the samples on which creep-recovery experiments were carried out were confirmed to be in the non-ergodic state as elastic and viscous modulus showed weak dependence on frequency. We have earlier demonstrated that creep behavior of such systems can be
represented by single mode linear Maxwell model (linear viscoelastic fluid). However, since single mode Maxwell model does not show the observed behavior (different recovery at the same elastic modulus), we need to consider the distribution of relaxation times.

Let us consider a multimode linear viscoelastic fluid undergoing creep deformation. It is known that ageing systems fail to obey time translational invariance (TTI) under certain circumstances, and hence we begin by considering a linear viscoelastic model without TTI given by:

\[ \sigma(t) = \int_{-\infty}^{t} G(t-t_w, t_w) \dot{\gamma}(t_w) dt_w \]  

(1)

where \( \sigma(t) \) is the stress tensor, \( \dot{\gamma} \) is rate of strain tensor, and

\[ G(t-t_w, t_w) = \sum_k \xi_k(t-w(t_w)) \]  

(2)

is the relaxation modulus. It states that stress at present time \( t \) not only depends on time elapsed between present time \( t \) and past time \( t_w \), the time at which deformation was applied; but also the state of material at time \( t_w \). The latter contribution considers exclusive effect of ageing on the material behavior. Fielding et al. proposed that general form of function \( \xi(t) \) is given by,

\[ \xi(t) = (t/\theta)^{1-\mu} \]  

(3)

where \( \theta \) is the microscopic time and the function \( \xi(t) \) interpolates between TTI for \( \mu=0 \) and simple ageing for \( \mu=1 \) \( [\xi(t) \sim \ln t] \). It can be easily shown that in the limit \( t-t_w<<t_w \), response function can be written as:

\[ \xi_k(t-w(t_w)) = \frac{1-\mu}{\theta^{1-\mu}} \frac{t-t_w}{t_w^{\mu}}. \]  

(4)

If we represent \( G \sim \exp(-\xi) \), the stress relaxation modulus can then be written as:

\[ G(t-t_w, t_w) = \sum_k G_k e^{-(t-w(t_w))/\tau_k}, \]  

(5)

where \( \tau_k \sim \theta^{1-\mu}t_w^{\mu} \) and \( G_k \) represent spectrum of relaxation times and modulus respectively. Equation 5 represents a very interesting feature which shows that in the limit \( t-t_w<<t_w \), dependence of \( G(t-t_w, t_w) \) solely comes from relaxation time
dependence of age. Furthermore, since \( t - t_c << t_w \), change in age over creep-recovery timescale can be neglected which makes \( \tau_k \) to be constant over the application of creep. Under such conditions, we may apply TTI to the equation (1) and we will treat equation (1) as a linear Maxwell model that obeys Boltzmann’s superposition principle and hence TTI. This analysis is in accordance with the analysis of short term creep proposed by Struik\(^{43}\) which indeed apply TTI to the ageing polymeric glasses by making similar arguments.

We can represent \( \tau_k \) such that \( \tau_k > \tau_{k+1} \). The elastic and viscous moduli for linear viscoelastic model represented by equation 1 and equation 5 with TTI are given by:\(^{50}\)

\[
G' = \sum_k G_k \frac{\tau_k^2 \omega^2}{1 + \tau_k^2 \omega^2} \quad \text{and} \quad G'' = \sum_k G_k \frac{\tau_k \omega}{1 + \tau_k^2 \omega^2}.
\]  

(6)

Ultimate recovery after creep for this model is given by:\(^{50}\)

\[
\gamma_{\infty} = \sigma_0 \int_0^\infty sG(s)ds \int_0^\infty \left[ \int_0^s G(s)ds \right]^2 ds,
\]

(7)

where \( \sigma_0 \) is the value of the shear stress at which the creep experiment was carried out. In order to use above expression for ultimate recovery, the creep flow is needed to be carried out for long enough time to ensure the steady state flow. Experiments of Reddy and Joshi\(^{8}\) fulfill this condition [refer to figure 3 of the same paper] such that the creep time was long enough to achieve steady state, but small enough to have total creep-recovery time sufficiently smaller than waiting time or age of the sample.

It can be seen from equation 7 that both the moduli and the ultimate recovery depend strongly on the relaxation spectrum. The problem can be significantly simplified by assuming a representative empirical relaxation spectrum suggested by Spriggs\(^{51}\) as detailed in the literature:\(^{50, 52}\)

\[
\tau_k = \tau_0 / k^\alpha, \quad \text{and} \quad G_k = G_0 k^{-\alpha} / \sum_k k^{-\alpha},
\]

(8)

(9)

where \( \alpha \) is a dimensionless quantity and represents breadth of the relaxation spectrum. Equation 8 clearly suggests that larger value of \( \alpha \) leads to narrower
breadth of the relaxation spectrum. This empiricism is frequently used in modeling polymeric liquids with $\alpha$ in the range 2 to 4. Combining equations 6 to 9 yield the following expressions for elastic modulus and ultimate recovery respectively:

$$G' = G_0 \left\{ \sum_k \frac{k^{-3\alpha}}{\tau_0^2 \omega^2 + k^{-2\alpha}} \right\} \left/ \left( \sum_k k^{-a} \right) \right., \quad (10)$$

$$\gamma_\infty = (\sigma_0/G_0) \left\{ \left( \sum_k k^{-a} \right) \left( \sum_k k^{-3\alpha} \right) \right/ \left( \sum_k k^{-2\alpha} \right) \right)^2 \left( \sum_k k^{-2\alpha} \right). \quad (11)$$

The values of elastic modulus at which Reddy and Joshi have reported the creep experiments are 190 Pa and 314 Pa (they observed same behavior at larger values of elastic modulus as well). The longest relaxation time at this stage is significantly high ($\tau_0 > > 10$ s). Since values of $\omega$ for rheological experiments are generally in the range $0.1 < \omega < 100$ (rad/s), it is safe to assume that $\tau_0 \omega > > 1$. In addition, in a non-ergodic state, elastic modulus is weakly dependent on the frequency, with lowest accessible frequency limited by the age. Under such condition equation 10 is further simplified to yield $G' \approx G_0$, irrespective of the value of $\alpha$. However, according to equation 11, the ultimate recovery still depends on the value of $\alpha$. This simple approach thus illustrates that samples exhibiting similar values of $G'$ (or $G_0$), show different ultimate recovery by virtue of different breadth of relaxation spectrum. Figure 1 shows normalized ultimate recovery ($\gamma_\infty G_0/\sigma_0$) plotted against $\alpha$. It can be seen that for samples having identical creep stress, $\sigma_0$ and storage modulus, $G'$ (or $G_0$); ultimate recovery increases by broadening the breadth of the spectrum (i.e., decrease in $\alpha$).
Figure 1. Normalized ultimate recovery is plotted against $\alpha$ given by equation 11. As $\alpha$ increases (or the breadth of relaxation spectrum decreases), ultimate recovery decreases. Inset shows cartoon of creep-recovery curves representing ultimate recovery.

Figure 2. Comparison of $\alpha$ and normalized ultimate recovery ($\gamma_0 G_0 / \sigma_0$) as a function of salt concentration ($C_s$). The experimental data is from figure 3 of reference 8. Triangles and circles represent creep experiments carried out at 1.5 Pa on the sample having constant value of elastic modulus 191 Pa and 314 Pa respectively. Filled symbols represent $\alpha$ while open symbols represent normalized ultimate recovery.
IV DISCUSSION

Reddy and Joshi\(^8\) observed lesser recovery for suspensions with higher concentration of salt. In figure 2 we have plotted normalized ultimate recovery as a function of salt concentration. The corresponding value of parameter \(\alpha\) estimated from equation 11 is also plotted on the same figure. It can be seen that increase in the concentration of salt lead to narrower distribution of relaxation modes (increase in \(\alpha\)). In addition, figure 2 also suggests that for the system having no salt, ageing lead to narrowing of relaxation time distribution while at higher salt concentrations ageing lead to broadening of relaxation time distribution [Elastic modulus of 191 Pa represents lower age while that of 314 Pa represents higher age]. In this section we discuss possible interrelation between the relaxation time distribution and the microstructure of laponite suspension. As discussed before, microstructural state of the aqueous suspension of laponite with varying concentration of salt is significantly debated in the literature.\(^{13-15, 17, 18, 21, 22, 26-28, 32-34, 47, 48, 53-60}\)

At the low ionic concentration (~ 0.1 mM) of salt, system is believed to be more homogeneous, though the precise nature of the microstructure is under debate. Various studies have proposed two different origins for nonergodicity, namely overall repulsive among particles\(^{14, 18, 22, 26-28, 34}\) and attraction between a negative face and a weakly positive edge.\(^{21, 47}\) At concentration of salt above 1 mM, the ergodicity breaking is believed to result in a fractal gel formation due to enhanced attraction between laponite particles due to screening of negative charges.\(^{27, 28, 34}\) Nicolai and Cocard\(^{29}\) observed the decrease in correlation length with reduction in concentration of salt. Correlation length is that length-scale of the system beyond which it is homogeneous. In view of this discussion, it appears that the homogeneity of the microstate decreases with increase in the concentration of salt.\(^{21-23, 29, 47}\)

The trapped state of a laponite particle in the suspension, irrespective of the concentration of salt, can be represented by an energy well. The deeper the well, the larger is the cage diffusion time scale. Therefore the distribution of energy well depths also corresponds to distribution of relaxation modes. In the case of low ionic concentration of Na\(^+\) ions, the trapped particle has predominantly repulsive interactions with its neighbors along with the attractive interaction
between an edge and a face of adjacent particles. In addition, in this state, the
length-scale at which the system is homogeneous is expected to be of the order of
the particle length scale. With increase in the concentration of salt, the correlation
length increases and consequently an individual particle has fewer nearest
neighbors compared to that of a state at lower concentration of salt. Furthermore
increase in the salt concentration leads to progressive screening of the negative
charge on the laponite particle, so that the interactions among the particles are
primarily attractive in origin. Assuming that the nearest neighbor interactions
are the most dominating, it can be conjectured that at lower concentration of salt
 progressives more homogeneous state), by virtue of greater number of nearest
neighbors and repulsive as well as attractive interactions, distribution of barrier
heights of energy wells is expected to be broader compared to a lesser
homogeneous state, wherein an individual particle has fewer neighbors with
primarily attractive interactions.8 Since distribution of energy well depths has
direct correlation with distribution of relaxation modes, it is plausible that
increase in the concentration of salt lead to decrease in the ultimate recovery.
Interestingly, our recent study on ageing under oscillatory stress field also
suggested broadening of distribution of relaxation modes with decrease in the
concentration of salt.49

Figure 2 also shows that ageing in the system with and without salt leads
to narrowing and broadening of relaxation time distribution respectively. In our
previous work we proposed that ageing in the system without salt leads to
progressive ordering in the same, however such effect was not observed for the
samples with salt.34 Therefore, though we do not understand this behavior clearly,
the different trends for systems with and without salt are not totally unexpected.

Finally, it should be noted that the age dependence of creep recovery
behavior (and hence the relaxation time distribution) can be described by equations
1 and 5. Equation 5 describes the relaxation time distribution $\tau_k$ given by
$\tau_k \sim \theta_k^{1/\mu_k} t_\theta^\mu_k$. Here $\theta_k$ and $\mu_k$ are the model parameters. This equation is expected
to give the distribution of relaxation time scales given that the dependence of $\theta_k$
and $\mu_k$ on age and stress is known. In equations 8 and 9, we are just
approximating the distribution by Spriggs empirical relaxation spectrum. Taking into account the age dependence of $\tau_k$ does not give any significant advantage as dependence of $\mu_k$ on age and stress is not known. Therefore, considering the empiricism involved, we believe that this model is more suited for qualitative understanding of how distribution of relaxation times can influence ultimate recovery behavior in the limit of weak dependence of elastic modulus on frequency. Significantly, the model captures the observed trend of influence of relaxation time distribution on the ultimate recovery.

V. SUMMARY:

In this paper we develop an empirical model to correlate creep recovery behavior of ageing aqueous suspension of laponite to the relaxation time distribution of the same. We propose that in the limit of smaller creep-recovery time compared to waiting time (age), the time translational superposition can be applied to the ageing systems. In addition, the nonergodic systems are known to show weak dependence of elastic modulus on frequency. In this limit, multimode linear viscoelastic model and Spriggs relaxation spectrum\textsuperscript{51} was solved to yield dependence of ultimate recovery on the relaxation time distribution. The model predicted that broadening of relaxation time distribution enhances ultimate recovery. We compare these results with the recovery behavior of aqueous suspension of laponite that shows less recovery with increase in the concentration of salt. This represents narrowing of the distribution of relaxation times with increase in the concentration of salt. We discuss this result in the context of microstructure and phase behavior of aqueous suspension of laponite.

Acknowledgement: This work was supported by DAE, BRNS young scientist research project.

References:

1. Courtland, R. E.; Weeks, E. R., Direct visualization of ageing in colloidal glasses. *Journal of Physics: Condensed Matter* **2003**, 15, (1), S359-S365.
2. Mason, T. G.; Bibette, J.; Weitz, D. A., Elasticity of Compressed Emulsions. *Phys. Rev. Lett.* **1995**, 75, (10), 2051-2054.
3. Buron, H.; Brunel, L.; Newman, B., et al. In Automatic stability analysis for inkjet inks, International Conference on Digital Printing Technologies, 2004; 2004; pp 758-762.

4. Cristiani, C.; Valentini, M.; Merazzi, M., et al., Effect of ageing time on chemical and rheological evolution in [gamma]-Al2O3 slurries for dip-coating. Catalysis Today 2005, 105, (3-4), 492-498.

5. Petersson, M.; Gustafson, I.; Stading, M., Ageing of two petroleum waxes. Journal of Materials Science 2008, 43, (6), 1859-1868.

6. Cipelletti, L.; Ramos, L., Slow dynamics in glasses, gels and foams. Current Opinion in Colloid and Interface Science 2002, 7, (3-4), 228-234.

7. Coussot, P., Rheological aspects of the solid-liquid transition in jammed systems. Lecture Notes in Physics 2006, 688, 69-90.

8. Reddy, G. R. K.; Joshi, Y. M., Aging under stress and mechanical fragility of soft solids of laponite. Journal of Applied Physics 2008, 104, 094901.

9. Fielding, S. M.; Sollich, P.; Cates, M. E., Aging and rheology in soft materials. J. Rheol. 2000, 44, (2), 323-369.

10. Callen, H. B., Thermodynamics and an introduction to thermostatistics. John Wiley & Sons: New York, 1985; p 13.

11. Sollich, P.; Lequeux, F.; Hebraud, P., et al., Rheology of soft glassy materials. Phys. Rev. Lett. 1997, 78, (10), 2020-2023.

12. Bouchaud, J. P., Weak ergodicity breaking and aging in disordered systems. In J. Phys. I, 1992; Vol. 2, pp 1705-1713.

13. Abou, B.; Bonn, D.; Meunier, J., Aging dynamics in a colloidal glass. Phys. Rev. E 2001, 64, (2 I), 215101-215106.

14. Bellour, M.; Knaebel, A.; Harden, J. L., et al., Aging processes and scale dependence in soft glassy colloidal suspensions. Phys. Rev. E 2003, 67, 031405.

15. Bonn, D.; Kelley, H.; Tanaka, H., et al., Laponite: What is the difference between a gel and a glass? Langmuir 1999, 15, (22), 7534-7536.

16. Jabbari-Farouji, S.; Eiser, E.; Wegdam, G. H., et al., Ageing dynamics of translational and rotational diffusion in a colloidal glass. J. Phys. Con. Mat. 2004, 16, (41).

17. Jabbari-Farouji, S.; Wegdam, G. H.; Bonn, D., Gels and Glasses in a Single System: Evidence for an Intricate Free-Energy Landscape of Glassy Materials. Phys. Rev. Lett. 2007, 99, (6), 065701-4.

18. Kaloun, S.; Skouri, R.; Skouri, M., et al., Successive exponential and full aging regimes evidenced by tracer diffusion in a colloidal glass. Phys. Rev. E 2005, 72, 011403.

19. Kroon, M.; Vos, W. L.; Wegdam, G. H., Structure and formation of a gel of colloidal disks. Phys. Rev. E 1998, 57, 1962-1970.

20. Kroon, M.; Wegdam, G. H.; Sprik, R., Dynamic light scattering studies on the sol-gel transition of a suspension of anisotropic colloidal particles. Phys. Rev. E 1996, 54, (6), 6541-6550.

21. Mongondry, P.; Tassin, J. F.; Nicolai, T., Revised state diagram of Laponite dispersions. J. Colloid Interface Sci. 2005, 283, (2), 397-405.

22. Mourchid, A.; Delville, A.; Lambard, J., et al., Phase diagram of colloidal dispersions of anisotropic charged particles: Equilibrium properties, structure, and rheology of laponite suspensions. Langmuir 1995, 11, (6), 1942-1950.
23. Mourchid, A.; Delville, A.; Levitz, P., Sol-gel transition of colloidal suspensions of anisotropic particles of laponite. *Faraday Discuss.* 1995, 101, 275-285.
24. Mourchid, A.; Lecolier, E.; Van Damme, H., *et al.*, On viscoelastic, birefringent, and swelling properties of laponite clay suspensions: Revisited phase diagram. *Langmuir* 1998, 14, 4718-4723.
25. Ravi Kumar, N. V. N.; Muralidhar, K.; Joshi, Y. M., On Refractive Index of Ageing Suspensions of Laponite. *Appl. Clay Sci.* 2008, 42, 326.
26. Schosseler, F.; Kaloun, S.; Skouri, M., *et al.*, Diagram of the aging dynamics in laponite suspensions at low ionic strength. *Phys. Rev. E* 2006, 73, 021401.
27. Tanaka, H.; Jabbari-Farouji, S.; Meunier, J., *et al.*, Kinetics of ergodic-to-nonergodic transitions in charged colloidal suspensions: Aging and gelation. *Phys. Rev. E* 2005, 71, (2), 021402.
28. Tanaka, H.; Meunier, J.; Bonn, D., Nonergodic states of charged colloidal suspensions: Repulsive and attractive glasses and gels. *Phys. Rev. E* 2004, 69, (3 1), 031404.
29. Nicolai, T.; Cocard, S., Structure of gels and aggregates of disk-like colloids. *European Physical Journal E* 2001, 5, (2), 221-227.
30. Abou, B.; Gallet, F., Probing a nonequilibrium Einstein relation in an aging colloidal glass. *Phys. Rev. Lett.* 2004, 93, (16).
31. Abou, B.; Gallet, F.; Monceau, P., *et al.*, Generalized Einstein Relation in an aging colloidal glass. *Physica A: Statistical Mechanics and its Applications* 2008, 387, (14), 3410-3422.
32. Zulian, L.; Ruzicka, B.; Ruocco, G., Influence of an adsorbing polymer in the aging dynamics of Laponite clay suspensions. *Philosophical Magazine* 2008, 88, 4213-4221.
33. Li, L.; Harnau, L.; Rosenfeldt, S., *et al.*, Effective interaction of charged platelets in aqueous solution: Investigations of colloid laponite suspensions by static light scattering and small-angle x-ray scattering. *Phys. Rev. E* 2005, 72, 051504.
34. Joshi, Y. M.; Reddy, G. R. K.; Kulkarni, A. L., *et al.*, Rheological Behavior of Aqueous Suspensions of Laponite: New Insights into the Ageing Phenomena. *Proc. Roy. Soc. A* 2008, 464, 469-489.
35. Baghdadi, H. A.; Parrella, J.; Bhatia, S. R., Long-term aging effects on the rheology of neat laponite and laponite - PEO dispersions. *Rheologica Acta* 2008, 47, (3), 349-357.
36. Baghdadi, H. A.; Jensen, E. C.; Easwar, N., *et al.*, Evidence for re-entrant behavior in laponite-PEO systems. *Rheologica Acta* 2008, 47, (2), 121-127.
37. Baghdadi, H. A.; Bhatia, S. R.; Jensen, E. E. C., *et al.* In *Evidence of re-entrant behavior in laponite-PEO systems*, Materials Research Society Symposium Proceedings, 2005; 2005; pp 188-192.
38. Joshi, Y. M.; Reddy, G. R. K., Aging in a colloidal glass in creep flow: Time-stress superposition. *Phys. Rev. E* 2008, 77, (2), 021501-4.
39. Cloitre, M.; Borrega, R.; Leibler, L., Rheological aging and rejuvenation in microgel pastes. *Phys. Rev. Lett.* 2000, 85, (22), 4819-4822.
40. Abou, B.; Bonn, D.; Meunier, J., Nonlinear rheology of Laponite suspensions under an external drive. *J. Rheol.* 2003, 47, (4), 979-988.
41. Di Leonardo, R.; Ianni, F.; Ruocco, G., Aging under shear: Structural relaxation of a non-Newtonian fluid. *Phys. Rev. E* 2005, 71, (1), 011505.
42. Derec, C.; Ajdari, A.; Ducouret, G., et al., Rheological characterization of aging in a concentrated colloidal suspension. C. R. Acad. Sci., Ser. IV Phys. Astrophys. 2000, 1, (8), 1115-1119.
43. Struik, L. C. E., Physical Aging in Amorphous Polymers and Other Materials. Elsevier: Houston, 1978.
44. Van Olphen, H., An Introduction to Clay Colloid Chemistry. Wiley: New York, 1977.
45. Tawari, S. L.; Koch, D. L.; Cohen, C., Electrical double-layer effects on the Brownian diffusivity and aggregation rate of Laponite clay particles. Journal of Colloid and Interface Science 2001, 240, (1), 54-66.
46. Joshi, Y. M., Model for cage formation in colloidal suspension of laponite. J. Chem. Phys. 2007, 127, (8), 081102.
47. Ruzicka, B.; Zulian, L.; Angelini, R., et al., Arrested state of clay-water suspensions: Gel or glass? Phys. Rev. E 2008, 77, (2), 020402-4.
48. Ruzicka, B.; Zulian, L.; Ruocco, G., More on the phase diagram of laponite. Langmuir 2006, 22, (3), 1106-1111.
49. Shukla, A.; Joshi, Y. M., Ageing under oscillatory stress: Role of energy barrier distribution in soft glassy materials. arXiv:0806.4236v1 [cond-mat.soft] 2008.
50. Bird, R. B.; Armstrong, R. C.; Hassager, O., Dynamics of Polymeric Liquids, Fluid Mechanics. Wiley-Interscience: New York, 1987.
51. Spriggs, T. W., A four-constant model for viscoelastic fluids. Chemical Engineering Science 1965, 20, (11), 931-940.
52. Macosko, C. W., Rheology: Principles, Measurements, and Applications. Wiley-VCH: New York, 1994.
53. Ruzicka, B.; Zulian, L.; Ruocco, G., Routes to gelation in a clay suspension. Phys. Rev. Lett. 2004, 93, (25).
54. Ruzicka, B.; Zulian, L.; Ruocco, G., Ergodic to non-ergodic transition in low concentration, Laponite. J. Phys. Con. Mat. 2004, 16, (42), S4993.
55. Ruzicka, B.; Zulian, L.; Ruocco, G., Ageing dynamics in Laponite dispersions at various salt concentrations. Philosophical Magazine 2007, 87, (3-5), 449-458.
56. Knaebel, A.; Bellour, M.; Munch, J.-P., et al., Aging behavior of Laponite clay particle suspensions. Europhysics Letters 2000, 52, (1), 73-79.
57. Bonn, D.; Tanaka, H.; Wegdam, G., et al., Aging of a colloidal "Wigner" glass. Europhys. Lett. 1998, 45, 52.
58. Bonn, D.; Tanasc, S.; Abou, B., et al., Laponite: Aging and shear rejuvenation of a colloidal glass. Phys. Rev. Lett. 2002, 89, (1), 157011-157014.
59. Bhatia, S.; Barker, J.; Mouchid, A., Scattering of disklike particle suspensions: Evidence for repulsive interactions and large length scale structure from static light scattering and ultra-small-angle neutron scattering. Langmuir 2003, 19, (3), 532-535.
60. Jabbari-Farouji, S.; Tanaka, H.; Wegdam, G. H., et al., Multiple nonergodic disordered states in Laponite suspensions: A phase diagram. Phys. Rev. E 2008, 78, (6), 061405-10.